It was established that the polymeric component of the organomineral modifying complex changes the nature of the super-molecular structures in the activated cement system - at optimal filling, globules decrease in size preventing the phase surface diffusion, which contributes to increase of the waterproofness of modified concrete. When introducing a modified cement system into the concrete mixture, the reduction of the open porosity to 3-5%, depending on the composition, has been achieved. Conducted tests for water resistance and frost resistance of the repair layer of concrete showed that the modified concrete corresponds to the mark on water resistance W14 and the brand on the frost resistance F300. The developed technology of physico-chemical activation of the cement system allows the use of conventional cement for obtaining durable concrete of special purpose, which allows to reduce the cost of such concrete by 27-34%.

Keywords: modified concrete, cement system, sulphate resistance, frost resistance, durability

1 Purpose

Investigation of the operational properties of modified concrete of special purpose with determination of the possibility of use of the ordinary Portland cement for construction of structures operating under aggressive sulphate environment.

2 Methods

The research of operational properties of modified concrete with use of the infrared spectroscopy, X-ray diffraction, microscopic, differential-thermal and chemical methods has been carried out.

3 Scientific novelty

It was established that the polymeric component of the organomineral modifying complex changes the nature of the super-molecular structures in the activated cement system - at optimal filling, globules decrease in size preventing the phase surface diffusion, which contributes to increase of the waterproofness of modified concrete; it was established that at temperatures of 20-40 °C the polymer particles of the organomineral modifying complex with their functional groups interact with the surface organic substances of fine silica, which increases the activity of calcium silicates and hydrosilicate new formations, contributing to increase of the strength of the cement matrix by activating the curing process in a binding system.

4 Practical significance

When introducing a modified cement system into the concrete mixture, the reduction of the open porosity to 3-5%, depending on the composition, has been achieved. Conducted tests for water resistance and frost resistance of the repair layer of concrete revealed that the modified concrete corresponds to the mark on water resistance W14 and the brand on the frost resistance F 300. The developed technology of physico-chemical activation of the cement system allows the use of conventional cement for obtaining durable concrete of special purpose, which allows to reduce the cost of such concrete by 27-34%.

5 Introduction

The durability of concrete and reinforced concrete depends on a large number of factors, the main of which are the conditions of operation, the type and composition of concrete, as well as the degree of aggressiveness of groundwater, the impact of which is under construction structures.

As it is known [1-2], the main reason for destruction of the bulk concrete in the contact zone with groundwater is the corrosion of the cement matrix of concrete. The reason for this is formation of calcium hydrosulphoaluminate,
the interaction of lime with magnesium salts, as well as direct leakage of lime from concrete. The most destructive effect on concrete is exhibited by the sulphate corrosion, regardless of the composition and structure of concrete, the type of structures, the nature and magnitude of operating load and conditions of service. For current presentations of salts that are part of the aggressive medium, sulphates of various nature and concentration are the most dangerous for the cement stone. Destruction of the cement matrix of concrete in sulphate media is accompanied by formation of the three-sulphate crystals of calcium hydrosulphoaluminate. Crystallization of the calcium hydrosulphoaluminates causes destruction of the cement matrix due to a significant increase in the volume of the solid phase. According to Lee [3], this fact itself is enough to explain destruction of the cement stone.

Formation and destruction of calcium hydrosulphoaluminate is an important chemical process. The study of the mineralogical composition of the cement stone samples stored in a sulphate medium showed that a significant amount of \( SO_4^{2-} \) ions bind to cement stone, [4-6]. The more of the three-calcium aluminates \((Ca_A)\) is in the cement, the more of \( SO_4^{2-} \) ions binding, that is, absorption is sulfoaluminate.

In connection with the main destructive factors of the sulphate corrosion, methods for increasing the durability of concrete under the sulphate aggression have been developed. These include use of the sulphate-resistant cement, Portland cement containing \((Ca_A)\) content not more than 5% and a number of special cements; increase in the content of gypsum in the cement with a faster binding of aluminates in the plastic state; increase in the density of concrete; introduction of admixtures in concrete; use of the carbonate fillers [7-8].

Those methods aim to prevent or slow down diffusion of the sulphate ions into concrete, reduce the content of calcium aluminates or their timely reaction with certain components of concrete. Sulphate interaction should become a component part of processes associated with the structure formation of the cement matrix of concrete. It is not as much to protect the structure from penetrating sulphate water into the concrete or to reduce the content of \((Ca_A)\) in the cement, as to get the cement matrix in the concrete, where hydrosulphoaluminate will be instead of hydrated aluminates. The authors of [9-10] came to the same conclusion about the positive influence on the sulphate resistance of cement when introducing gypsum.

6 Results

To determine the possibility for increasing durability of the exploited reinforced concrete structures, studies on the weather resistance of modified concrete have been carried out. Modified concrete samples are characterized by a slight deformation throughout the test period. When modifying the cement system, the mass gain of samples is insignificant compared to the normal concrete. Modified concrete in specific conditions of operation is guaranteed a fairly high atmospheric resistance. This is also confirmed by the stable values of material strength during the test. The mathematical model of processes of the corrosion resistance of concrete was obtained, for which the method of the experiment factor planning was used. The essence of the method is the variation of all the factors that influence the process on a certain plan, representation of the mathematical model in the form of a linear polynomial and the study of the last method of mathematical statistics. The data processing allowed derivation of an equation that relates the sulphate stability of the concrete with parameters of the aggressive medium (the content of sulphate ions) and the characteristics of the concrete itself (the content of \( Ca_A \) in the cement, the quantitative content of the active complex in the concrete and the \( CaCO_3 \) in the fine aggregate). Using the mathematical model of the concrete corrosion resistance gives an opportunity to calculate the coefficient of sulphate stability and predict the durability of the reinforced concrete structures that are exploited under conditions of sulfate aggression.

For an estimate of the water influence on the microstructure of the modified cement system, an infrared analysis of the samples was carried out before and after keeping them in water for 6 months. It was established that changes occur in the region of absorption bands of 1380 cm\(^{-1}\) and 1450 cm\(^{-1}\). Introduction of the polymer component of the organomineral modifying complex (OMMC) into the cement system changes the nature of the super-molecular structures - at optimal filling globules decrease in size. An increase in diameter of the super-molecular structures can lead to development of micro porosity. The presence of micro cracks and defects leads to the fact that, along with activated diffusion, there is a phase surface diffusion, which leads to an increase in permeability [11-13].

The organomineral modifying complex consists of a plasticizer, an active mineral component and a chemical structure-optimizing agent. Amorphized silica with a specific surface area 1100 m\(^2\)/kg was chosen as the active mineral component. The peculiarity of the chemical optimizer of structure formation is its ability to stabilize the crystal formation of the cement matrix, being a structural and chemical analogue of the mass of the crystalline hydrates. Surfactant OMMC changes the relaxation processes, promotes creation of the less stressed and defective structures and prevents appearance of the phase diffusion. In addition, creation of a monolayer SAA on the surface of a mineral modifier in the form of a microfiber leads to emergence of the “surfactant-mineral microfiber” in contact with mobile (less rigid), easy to regenerate bonds, which positively affects adhesion of the polymeric component to the surface of a mineral modifier.

During the operation of special structures, their surface is exposed to stretching and compressing stress [7, 14]. To determine the possibility of increasing durability of used reinforced concrete structures, studies of atmospheric
The results of research on the influence of alternating water saturation and drying of concrete samples are shown in Figures 1 and 2. Experiments revealed that linear changes in samples depend on the composition of concrete. Modified concrete samples are characterized by the low deformability throughout the test period (see Figure 1). Similar character of the weather resistance of modified concrete was also observed with respect to change in the mass of the test samples. It should be noted that when modifying the cement the weight gain of the samples is insignificant in comparison to the normal concrete (see Figure 2). The mass increase of samples of the normal concrete is accompanied by an increase of irreversible deformations, apparently due to water absorption in the presence of open porosity.

The mass loss of samples with alternating water saturation and drying is observed for all the samples; however, for the modified concrete this process is not extreme. Obviously, this can be explained by the more dense structure of the modified cement matrix of concrete.

As it follows from the results of experiments (see Figures 1, 2), a fairly high atmospheric resistance is
guaranteed for the modified concrete in specific conditions of operation. This is also confirmed by the stable values of material strength during the test. For the normal concrete there is a decrease in strength both during compression and bending. Standard samples began to collapse after 127 cycles of alternating water saturation and drying, while samples of modified concrete were in satisfactory state up to almost 200 cycles, after which the tests were stopped. Results of determining the strength of concrete throughout the duration of experiments alternating water saturation and drying are given in Table 1.

When the water content of the concrete is lower than the boundary, determined in each case by the peculiarities of the materials and the state of the cement matrix, the material becomes permeable. On the other hand, the waterproofness of concrete with permanent composition decreases with increasing its water content. In this case there is no explanation for the reasons for reducing the waterproofness of the concrete. According to [8], with an increase in W/C from 0.45 to 0.8, the permeability of concrete increases by 100 times. The authors of [2, 7] found that when using the Portland cement, the coefficient of filtration of the cement stone increases by 10-20 times with an increase in W/C from 0.4 to 0.8. It is also argued that the main reason for reducing the waterproofness of concrete is the increase of its initial water content. A number of experts explain this by influence of reducing the cement content [7, 9, 15].

Considering the significant influence on formation of the structure of waterproof concrete by contraction processes, as well as considering solidifying concrete as a single system, it is most likely to assume that the primary effect on the waterproofness of concrete is the value of the cement paste W/C. It is known that with increase of the W/C the quality of the cement paste decreases, destructive processes intensify in it, as a result of which a powerful system of pores and capillary channels is created in the material [6].

When modifying the cement system, the reduction of the open porosity of concrete to 3-5%, depending on the composition is acquired. Conducted tests on the waterproofness of concrete established that the modified concrete corresponds to the waterproof mark W 14.

In the aggregate of results of studies on the waterproofness of concrete, it can be concluded that influence of the modified concrete composition on fluctuations of the water resistance is expressed not so sharply, as for normal concrete.

Table 1 The strength of modified concrete after alternating water saturation and drying (Portland cement PC-I-400P-H)

| Type of concrete | Strength (MPa) after alternating water saturation and drying (cycles) |
|------------------|---------------------------------------------------------------|
|                  | Compression | Bending | Compression | Bending | Compression | Bending | Compression | Bending |
| Normal           | 32.4        | 4.6      | 27.6        | 4.1      | -           | -       | -           | -       |
| Modified         | 67.3        | 8.7      | 67.4        | 8.4      | 66.1        | 7.6     | 64.6        | 7.1     |

Taking into account the operation of the elements of concrete and reinforced concrete structures in conditions of variable water level, they are subjected to alternate freezing and thawing under conditions of capillary suction. Therefore, concrete, designed for building and restoration of special structures, should have the high frost resistance.

Modern ideas about causes and mechanism of destruction of the concrete under the influence of moisture and frost come to the following, [16-17]: concrete is considered as a capillary-porous body, the structure of which is defined both by its components and technological parameters - conditions of preparation, placing, compaction, hardening and storage. The distribution of moisture and its total amount in concrete depends on both the nature of its structure and the environmental conditions.

Under the influence of negative temperature on a capillary-porous material containing moisture, there are its own temperature deformations, which are imposed by deformation of ice, formed from the water frozen in the pores. The magnitude and sign of the resulting deformation, which determine the state of the system, are variable quantities and depend on the conditions of the external environment and the nature of the concrete structure.

Alongside with studies of the frost resistance, the X-ray diffraction and differential-thermal analysis of the cement matrix of concrete have been carried out. As follows from defectograms, the composition of new formations in the cement stone of normal concrete is somewhat different from the same composition of modified concrete. In conventional concrete, the three-sulfate form of calcium hydroaluminate \( (d = 9.73; 5.61; 3.85 \times 10^{-10} \text{m}) \), \( C_3AH_6 \) \( (d = 4.45; 2.30; 1.572 \times 10^{-10} \text{m}) \), \( CaOH_2 \) \( (d = 4.91; 2.61; 1.79 \times 10^{-10} \text{m}) \), hydroxilates of calcium are of increased basic capacity \( (d = 4.91; 2.61; 1.79 \times 10^{-10} \text{m}) \). As part of the new formations of modified concrete the formation of four-calcium hydroaluminate \( (d = 7.8; 3.85; 2.43; 1.67 \times 10^{-10} \text{m}) \) was marked, as well as recrystallization into a monosulphate form of calcium hydroaluminate \( (d = 8.92; 4.96; 3.99; 2.25 \times 10^{-10} \text{m}) \), which obviously contributes to increasing the frost resistance of the modified concrete.

The data of the differential-thermal analysis confirm the results obtained during the radiographic studies. The endo-effect with a maximum of 132 °C on a thermogram of the cement stone of normal concrete, subjected to a frost resistance test, corresponds to dehydratation of the three-sulphate form of calcium hydroaluminate and calcium.
The influence of the type of cement, the quantitative and qualitative content of the organomineral modifying complex and the concentration of sulphate ions in the environment on the stability of concrete were studied under conditions of one-sided and comprehensive influence of the aggressive medium on the samples. Based on the experimental data array a statistical mathematical model of the investigated process was constructed.

To obtain a mathematical model of processes of the corrosion resistance of concrete, the method of factor planning of the experiment was used, the essence of which consists in variation of all the factors influencing the process according to a certain plan, the representation of the mathematical model in the form of a linear polynomial and the study the latter by the method of mathematical statistics.

The general form of the statistical mathematical model, in this case, is expressed by a linear polynomial

\[ Y = b_0 + b_1 x_1 + \ldots + b_n x_n, \]

where:
- \( b_0 \) is a constant term,
- \( b_i \) is a linear effect \((i = 1, 2,\ldots, n)\),
- \( n \) is a number of factors.

\( Y \) The coefficient of sulphate stability is chosen as the outcome variable \( Y \). According to the results of previous studies the following factors have the most significant effect on concrete corrosion:
- \( x_1 \) is \( C_\text{a} \) content in Portland cement,
- \( x_2 \) is a content of sulphate ions in the aggressive environment,
- \( x_3 \) is as content of particles of \( \text{CaCO}_3 \) in the sand,
- \( x_4 \) is a quantitative content of the active complex.

Application area of these factors, taking into account the data of previous experiments, is determined by the following limits: \( 5 = x_1 = 8; 2 = x_2 = 10; 1 = x_3 = 20; 10 = x_4 = 50. \)

For convenience, the parameters that correspond to each value of the experimental data were chosen. The principle of correspondence between the experimental data and parameters is as follows: the increasing value of the experimental data must correspond to the greater value of the parameter. Moreover, if the experimental data are in a clearly defined group of specific data, then this source code corresponds to the group code. By increasing or decreasing the value of the parameter, it is possible to determine how the value of the experimental data increases or decreases and how it affects the sulphate stability coefficient \( K_s \).

The data processing allowed to derive an equation that relates the sulphate stability of the concrete with the parameters of the aggressive medium (the content of sulphate ions) and the characteristics of the concrete itself (the content of \( C_\text{A} \) in the cement, the quantitative content of the active complex in the concrete and the \( \text{CaCO}_3 \) in the fine aggregate):

\[ Y = 0.9552 - 0.3438 \cdot 0.1x_1 + 0.6292 \cdot 0.1x_2 - 0.1709 \cdot 0.1x_3 + 0.71x_4 \]

The test for adequacy has shown the good convergence of model results. Deviation of the calculated value of from the experimental one, does not exceed \( \Delta K_s \leq 0.1 \) in the
whole range of test conditions. Translated into physical scale, equation (2) takes the form:

\[
K_C = 0.9552 - 0.3438C_A + 0.6292\text{CaCO}_3 - 0.1709SO_4 + 0.71LAK. \tag{3}
\]

The active influence on the sulphate stability coefficient of concrete samples is made by the active complex (X), the following influence, by value, is the content of CaCO3 in the fine aggregate. The minus sign indicates the reversal of the dependence of sulphate resistance on the content of C_A in the cement.

Using the mathematical model of the concrete corrosion resistance gives an opportunity to calculate the coefficient of sulphate stability and predict the durability of reinforced concrete structures that are exploited under conditions of sulphate aggression.

7 Conclusions

A. When maturing samples of concrete in a sulphate medium for 360 days, the reduction of strength of the modified concrete is 3-6% (reduction of the strength of normal concrete is 12-23%). The coefficient of sulphate resistance \(K_C\) is within 0.91-0.93. Stabilization of the strength of modified concrete with time indicates the prevailing of constructive processes over destructive.

B. The mathematical model of corrosion resistance processes is obtained. The processing of the data allowed to derive an equation that relates the sulphate stability of the concrete with the parameters of the aggressive medium (the content of sulphate ions) and the characteristics of the concrete (content of C_A, cement, CaCO3 in the fine aggregate, degree of modification of the cement system). The test for adequacy has shown the good convergence of the model results. Deviation of the calculated value of \(K_C\) from the experimental one, does not exceed \(\Delta K_C = \pm 0.1\) in the whole range of test conditions.

References

[1] ADAMSON, A. W. Physical chemistry of surfaces (in Russian). Moscow: Mir Publ., 1999. ISBN 0471148733.

[2] RUDENKO, D. Properties of the phase components of the modified cement system. Teka Komisji Motoryzacji i Energetyki Rolnictwa, 2013, 13(4), p. 218-224. ISSN 1641-7739.

[3] LEA, F. M. Chemistry of cement and concrete. 3. ed. Chemical Publishing Book, 1971. ISBN 9780820602127.

[4] LEE, C. Y., LEE, H. K., LEE, K. M. Strength and microstructural characteristics of chemically activated fly ash-cement systems. Cement and Concrete Research [online]. 2003, 33(3), p. 425-431. ISSN 0008-8846, eISSN 1873-3948. Available from: https://doi.org/10.1016/S0008-8846(02)00973-0

[5] KORPA, A., KOWALD, T., TRETIN, R. Hydration behaviour, structure and morphology of hydration phases in advances cement-based systems containing micro and nanoscale pozzolanic additives. Cement and Concrete Research [online]. 2008, 38(7), p. 955-962. ISSN 0008-8846, eISSN 1873-3948. Available from: https://doi.org/10.1016/j.cemconres.2008.02.010

[6] LIU, C.-I., HUANG, J.-S. Highly flowable reactive powder mortar as a repair material. Construction and Building Materials [online]. 2008, 22(6), p. 1043-1050. ISSN 0950-0618, eISSN 1879-0526. Available from: http://dx.doi.org/10.1016/j.conbuildmat.2007.03.009

[7] DVORKIN, L., DVORKIN, O. Basics of concrete science (in Russian). St-Petersburg: Strol-Beton, 2006. ISBN 590319702-7.

[8] LEE, M. G., WANG, Y.-CH., CHIU, CH.-T. A preliminary study of reactive powder concrete as a new repair material. Construction and Building Materials [online]. 2007, 21(1), p. 182-189. ISSN 0950-0618, eISSN 1879-0526. Available from: https://doi.org/10.1016/j.conbuildmat.2005.06.024

[9] RUDENKO, N. Technology of shotcreting based on activated binder. Teka Komisji Motoryzacji i Energetyki Rolnictwa. 2014, 14(1), p. 222-228. ISSN 1730-8658.

[10] RUDENKO, D. V. Physico-chemical modification of the cement system of monolithic concrete (in Ukrainian). Science and Progress of Transport [online]. 2015, 60(6), p. 174-182. ISSN 2307-3489, eISSN 2307-6666. Available from: https://doi.org/10.15802/stp2015/57103

[11] HEWLETT, P. C. Lea's chemistry of cement and concrete. 4. ed. Michigan: Arnold, 1998. ISBN 9780340565896.

[12] SHISHKIN, A., NETESA, N., SCHERBA, V. Effect of the iron-containing filler on the strength of concrete. Eastern-European Journal of Enterprise Technologies [online]. 2017, 5(6)(89), p. 11-16. ISSN 1729-3774, eISSN 1729-4061. Available from: https://doi.org/10.15587/1729-4061.2017.109977

[13] URMASHEV, B. A., ISSAKHOV, A. Numerical modeling of disperse materials process in a continuous-flow plasma reactor. Eurasian Chemico-Technological Journal [online]. 2018, 20, p. 73-79. ISSN 1562-3920, eISSN 2522-4867. Available from: https://doi.org/10.18321/ectj710

[14] WANG, D., SHI, C., WU, Z., XIAO, J., HUANG, Z., FANG, Z. A review on ultra high performance concrete: Part II. Hydration, microstructure and properties. Construction and Building Materials [online]. 2015, 96, p. 368-377. ISSN 0950-0618, eISSN 1879-0526. Available from: http://dx.doi.org/10.1016/j.conbuildmat.2015.08.095
[15] SANCHEZ, F., SOBOLEV, K. Nanotechnology in concrete - a review. *Construction and Building Materials* [online]. 2010, 24, p. 2060-2071. ISSN 0950-0618, eISSN 1879-0526. Available from: http://dx.doi.org/10.1016/j.conbuildmat.2010.03.014

[16] COLLEPARDI, M. *The new concrete*. Villorba, Loc Castrette, Treviso: Grafiche Tintoretto, 2006. ISBN 889014694X 9788890146947.

[17] KOCAB, D., KUCHARCZYKOVA, B., DANEK, P., VYMAZAL, T., HANUS, P., HALAMOVA, R. Destructive and non-destructive assessment of the frost resistance of concrete with different aggregate. *IOP Conference Series: Materials Science and Engineering* [online]. 2018, 379(1), 012022. ISSN 1757-8981, eISSN 1757-899X. Available from: https://doi.org/10.1088/1757-899X/379/1/012022

[18] PLANK, J., HIRSCH, C. Impact of zeta potential of early cement hydration phases on super-plasticizer adsorption. *Cement and Concrete Research* [online]. 2007, 37(4), p. 537-542. ISSN 0950-0618, eISSN 1879-0526. Available from: http://dx.doi.org/10.1016/j.cemconres.2007.01.007